Use of Ultrafast Time-Resolved Spectroscopy to Demonstrate the Effect of Annealing on the Performance of P3HT:PCBM Solar Cells

Yu-Ting Wang,† Mei-Hsin Chen,*,‡ Chao-Ting Lin, † Jian-Jhih Fang‡, Che-Jui Chang,‡ Chih-Wei Luo,‡,†,§ Atsushi Yabushita,† Kaung-Hsiung Wu,† and Takayoshi Kobayashi†,⊥

†Department of Electrophysics, National Chiao Tung University, Hsinchu 30010, Taiwan
‡Department of Optoelectronic Engineering, National Dong Hwa University, Hualien 974, Taiwan
§Taiwan Consortium of Emergent Crystalline Materials, Ministry of Science and Technology, Taipei 10601, Taiwan
⊥Advanced Ultrafast Laser Research Center and Department of Engineering Science, The University of Electro-Communications, Chofu, Tokyo 182-8585, Japan
#CREST, JST, S Sanbancho, Chiyoda-Ku, Tokyo 102-0075, Japan

Supporting Information

ABSTRACT: The organic solar cells of heterojunction system, ITO/PEDOT:PSS/P3HT:PCBM/Al, with a thermal annealing after deposition of Al exhibit better performance than those with an annealing process before deposition of Al. In this study, ultrafast time-resolved spectroscopy is employed to reveal the underlying mechanism of annealing effects on the performance of P3HT:PCBM solar cell devices. The analyses of all decomposed relaxation processes show that the postannealed devices exhibit an increase in charge transfer, in the number of separated polarons and a reduction in the amount of recombination between excited carriers. Moreover, the longer lifetime for the excited carriers in postannealed devices indicates it is more likely to be dissociated into photocarriers and result in a larger value for photocurrent, which demonstrates the physical mechanism for increased device performance.

KEYWORDS: organic solar cells, ultrafast dynamics, annealing effect

In the past couple of decades, organic solar cells have evolved as a cost-effective alternative to silicon-based solar cells. Organic solar cells can be made into devices that are lighter in weight and more flexible than photovoltaics that use traditional inorganic semiconductors.1,2 For standard bulk heterojunction systems, poly(3-hexylthiophene) (P3HT) as the electron donor and [6,6]-phenyl-C61-butyric acid methyl ester (PCBM) as the electron acceptor are frequently mixed to create a composite material, that has been demonstrated to give effective device performance.3 To optimize the efficiency of these composite materials, the correlation between the fabrication processes and device performance, as well as the basic operation mechanisms, requires detailed study. It is known that the devices that use the simple structure, ITO/PEDOT:PSS/P3HT:PCBM/Al, with an annealing process after deposition of Al (post annealing), have better performance than those with an annealing process before the deposition of Al (preannealing). Recently, the variation of surface morphology and vertical distribution of P3HT:PCBM blends after an annealing process has been studied using atomic force microscopy,4 photoemission spectroscopy,5,6 transmission electron microscopy,7,8 and grazing-incidence wide-angle X-ray scattering9,10 in order to determine the reasons for the high performance. However, the carrier dynamics directly correlate to the efficiency of charge transport in solar cell devices remain unexplained.

Ultrafast optical pump—probe spectroscopy has proven to be a powerful tool for the study of the relaxation processes.

Received: November 18, 2014
Accepted: February 18, 2015
Published: February 18, 2015
through electron–electron interaction,11 electron–phonon interaction,12–14 and electron–spin interaction15,16 in various materials. To understand the underlying mechanisms in materials, the interactions between the order parameters must be derived first. By observing the difference in the characteristic time scales and behavior for the various degrees of freedom in complex structures or composite materials, ultrafast spectroscopy can be used to determine the individual dynamics and the relationship between different order parameters. Therefore, some transient spectroscopic studies in organic photovoltaic materials have shed light on improving the device performance.17–19 Pensack and Asbury directly observed the formation and dissociation of charge-transfer states of the heterojunction systems in which the delocalized electron and hole wave functions exhibit efficient dissociation rate by ultrafast solvatochromism.20 In addition, the enhancement of free charge generation rate was measured in annealed regioregular P3HT:PCBM blends.21 It was also found that the exciton diffusion, charge transfer, and charge dissociation are strongly dependent on blend structures.22 On the basis of the above studies, the transient spectroscopy can be further used to reveal the underlying mechanism for the different performance of pre/post-annealed devices.

In this study, the ultrafast carrier dynamics (charge generation and the recombination) in pre/post-annealed P3HT:PCBM devices was systematically investigated by monitoring the changes of transient absorbance in visible region. The absorbance changes as a function of wavelength and time were measured to reveal the correlation between the carrier dynamics and the photovoltaic properties. By analyzing the carrier relaxation dynamics, a model for energy transfer in pre/post-annealed devices was established.

Figure 1 shows the current density–voltage ($J−V$) characteristics for a device with the structure of ITO/PEDOT:PSS/P3HT:PCBM/Al and different thermal annealing processes. The devices produced by a postannealing process have been demonstrated to possess higher performance because of the changes in surface morphology and the vertical distribution of the P3HT:PCBM blends during annealing, as mentioned in previous reports.5,5,9 The basic mechanism for charge transport is definitely important in regulating the device performance. To understand this hidden mechanism, the correlations between the carrier dynamics and the device performance for the pre/post-annealed devices must be determined. Before carried out any time- and photon energy-resolved pump–probe spectroscopy, the fundamental optical properties of P3HT:PCBM devices have to be examined. The stationary absorbance spectra for the pre- and postannealed devices in the visible range are shown in Figure 2. The absorbance increases rapidly at photon energies greater than ∼1.9 eV, which demonstrates that the polymer has a wide absorption band.25 Both spectra for the pre- and postannealed devices show a $\pi−\pi^*$ transition of P3HT at 2.05 and 2.23 eV.26,27

Figures 3a, c show the two-dimensional plots for the time-and photon energy-resolved transient difference absorbance spectra, $\Delta A(\omega, t)$, of the devices with pre- and postannealing processes using the pump–probe technique. The $\Delta A$ spectrum is positive at photon energies of less than ∼1.98 eV, which is attributable to the induced absorption for the transitions from the first excited state to higher states. The negative $\Delta A$ at photon energies greater than ∼1.98 eV is attributed to the stimulated emission from the excited state and photobleaching due to ground state depletion. The two peaks at 2.05 and 2.23 eV represent the $\pi−\pi^*$ transition in P3HT. Figure 4 further shows the relaxation processes of samples, which are excited by pump pulses with a photon energy of >1.9 eV (the absorption gap energy).17,18 In the composite samples, it is estimated that

Figure 1. Current density–voltage ($J−V$) characteristics for the solar cells of ITO/PEDOT:PSS/P3HT:PCBM/Al with pre- and post-annealing processes. The inset table shows the characteristics of the device performance.

Figure 2. Stationary absorption spectra for P3HT:PCBM devices with postannealing (red) and preannealing (blue) processes. The laser spectrum of the light source used in this study is shown by black line.
more than 60% of the incident photons are absorbed by the polymer. Therefore, the sample excited by the pump pulses generates the excited electron and hole pairs, primarily in P3HT molecules. The excited electrons at the lowest unoccupied molecular orbital (LUMO) of P3HT transfer to the LUMO of PCBM and then the holes remain in the P3HT to form a bounded polaron pair (BPP) with the excited electrons. The time constant for this interfacial charge transfer is measured as \( \sim 90 \) fs. The generated BPP then relaxes to the ground state, via the parallel processes of “dissociating into separated polarons”, “trapping by defect states”, and “recombination.” The time constants for dissociating into the separated polarons and defect trapping are reported to be \( \sim 0.95 \) ps and \( \sim 2.8 \) ps, respectively. According to above scenario, the real time traces for \( \Delta A(\omega, t) \) are expressed by the following equation.

\[
\Delta A(t) = A_{\text{CT}}e^{-t/\tau_{\text{CT}}} + A_{\text{SP}}(-e^{-t/\tau_{\text{CT}}} + e^{-t/\tau_{\text{SP}}}) + A_{\text{trap}}(-e^{-t/\tau_{\text{CT}}} + e^{-t/\tau_{\text{trap}}}) + A_{\text{Recomb}}
\]

where the suffixes CT, SP, trap, and Recomb, correspond to charge transfer, separated polarons (dissociated BPP), trapped BPP, and carrier recombination, respectively. The fitting results are shown in Figure 5a–f. The time constant for carrier recombination is beyond the measurement range in this study. For the device fabricated by a postannealing process, the time constants, \( \tau_{\text{CT}}, \tau_{\text{SP}}, \) and \( \tau_{\text{trap}} \), are \( \sim 0.13, \sim 0.68, \) and \( \sim 8.48 \) ps, respectively. For the preannealed device, the time constants, \( \tau_{\text{CT}}, \tau_{\text{SP}}, \) and \( \tau_{\text{trap}} \), are \( \sim 0.13, \sim 0.54, \) and \( \sim 2.60 \) ps, respectively. The relaxation processes for BPP, especially for trapping by defect states (\( \tau_{\text{trap}} \)), apparently have a longer lifetime in the device with a postannealing process. This implies that the excited carriers in the \( E_{\text{LUMO}}^{\text{A}} \) state have a longer lifetime and so are more likely to be dissociated into photocarriers that further produce a photocurrent. Accordingly, this longer lifetime of the excited carriers in the device with a postannealing process may explain the increase in the \( J_{\text{SC}} \) value. However, in reality there are several relaxation channels for the excited carriers in the \( E_{\text{LUMO}}^{\text{A}} \) state, such as dissociating into separated polarons, trapping by defect states and recombination. In the case where

![Figure 3. Two-dimensional plot of transient difference absorption \( \Delta A(\omega,t) \) and \( \Delta A(\omega) \) spectra at various time delays for (a, b) preannealed and (c, d) postannealed P3HT:PCBM devices.](image)

![Figure 4. A schematic representation of ultrafast carrier dynamics after photoexcitation. \( E_{\text{LUMO}}^{\text{D}} \): the lowest unoccupied molecular orbital of the electron donor. \( E_{\text{LUMO}}^{\text{A}} \): the highest occupied molecular orbital of the electron donor. \( E_{\text{HOMO}}^{\text{D}} \): the lowest unoccupied molecular orbital of the electron acceptor. \( E_{\text{HOMO}}^{\text{A}} \): the highest occupied molecular orbital of the electron acceptor. In this study, the electron donor and the electron acceptor are P3HT and PCBM, respectively. \( \tau \) is the time constant for the relaxation processes.](image)
most excited carriers in the $E_{\text{LUMO}}$A state are trapped by defect states or recombine with opposite charges, without contribution to the photocurrent, then these excited carriers certainly do not increase the value of $J_{SC}$, even though they have longer lifetime in the $E_{\text{LUMO}}$A state. Consequently, it is necessary to determine how many excited carriers in the $E_{\text{LUMO}}$A state relax through each channel, which is still unresolved.

It is worth emphasizing that pump−probe spectroscopy with high time- and photon energy-resolution can be further used to show the total amount of all relaxation processes in the $E_{\text{LUMO}}$A state (see Figure 4), which is the key to understanding any improvement in device performance. The percentage of carriers relaxed through each channel, which is still unresolved.

In conclusion, ultrafast time-resolved spectroscopy clearly shows the effect of annealing processes on the performance of P3HT:PCBM solar cells. The longer lifetime of the excited carriers in the $E_{\text{LUMO}}$A state of the postannealed devices results in a larger value of $J_{SC}$. The analyses of all decomposed relaxation processes show that there is an increase in charge transfer, in the number of separated polarons and a reduction in the amount of recombination between excited carriers, which is one...
of the physical mechanism responsible for increasing the performance by a postannealing process. These findings are consistent with the observations on the annealing-dependent surface morphology and the vertical distribution of P3HT:PCBM blends. Finally, this study provides key information for the design of high-performance solar cells.

ASSOCIATED CONTENT

■ Supporting Information

The authors declare no competing financial interest. This material is available free of charge via the Internet at http://pubs.acs.org.

AUTHOR INFORMATION

Corresponding Authors
*E-mail: meilisisten@mail.ndhu.edu.tw.
*E-mail: cwluo@mail.nctu.edu.tw.

Notes

The authors declare no competing financial interest.

ACKNOWLEDGMENTS

This project is financially supported by the Ministry of Science and Technology, Taiwan, Republic of China (Grants 101-2112-M-009-016-MY2, 103-2923-M-009-001-MY3, 103-2628-M-009-002-MY3, 103-2119-M-009-004-MY3, and 103-2112-M-259-007-MY3) and the Ministry of Education (MOE-ATU plan at National Chiao Tung University).

REFERENCES


